Comparing energy demand of densified briquettes of ground and unground hazelnut husks under compression loading

C Demirel¹, G A K Gurdil¹, A Kabutey² and M Wasserbauer²

¹Department of Agricultural Machinery, Ondokuz Mayis University, Faculty of Agriculture, Samsun, Turkey.
²Czech University of Life Sciences Prague, Department of Mechanical Engineering, Faculty of Engineering, Czech Republic.

E-mail: cimen.demirel@omu.edu.tr

Abstract. The study compared the energy consumption (J) of briquettes produced from the ground and unground hazelnut husks using a universal compacting machine and a pressing chamber of 60 mm diameter with a plunger. Other parameters evaluated were deformation (mm), thickness (mm) and hardness (kN/mm). The analysis of variance results proved that the applied force, material type and interaction had a significant effect (P< 0.05 or F-ratio >F-critical) on energy requirement of briquettes compaction from the ground and unground hazelnut husks. Ground hazelnut husks briquettes consumed more energy compared to unground hazelnut husks briquettes. The study is still ongoing where the varying effects of moisture content and particles size on energy demand and other biomass densification properties are under consideration. Therefore, the results presented here are preliminary.

1. Introduction

Biomass is one of the renewable energy sources that are of great importance regarding quantity and widespread production with a potential contribution towards the future global energy mix [1,2,3,4]. The conversion of agricultural residues such as hazelnut husks, maize stalks; and agro-industrial wastes such as waste paper and coconut husks into densified briquettes/pellets has been studied considerably in the literature [5,3,4,6]. Densification of biomass briquettes/pellets improves the handling, transportation and storage compared to loose or bulky biomass materials [6,7]. The literature, however, indicates that both the energy consumption and quality of biomass briquettes/pellets depend on several factors such as the applied pressure, material moisture content, particle size, initial bulk density, compaction technology, among others [7,8]. For industrial production of biomass briquettes, briquetting energy demand is very important for consideration. Therefore, in this preliminary study, the energy demand for compacting ground and unground hazelnut husks into briquettes was investigated using a universal compacting machine and a pressing chamber with a plunger.

2. Materials and Method

Samples of ground and unground hazelnut husks (Figure 1) were compacted into briquettes at compaction forces between 100 and 400 kN and a speed of 5 mm/min using the universal compression-testing machine (ZDM 50, Czech Republic) and a pressing vessel of diameter...
60 mm with a plunger[9,10,11]. The initial volume of samples being constant was calculated to be $2.827 \times 10^{-4} \text{ m}^3$ using Eq. 1[12].

$$V = \frac{\pi D^2}{4} H_i$$ \quad (1)

Where $V$ is the volume of samples (m$^3$), $D$ is the diameter of the pressing vessel ($D = 60$ mm) and $H_i$ is the initial height of samples ($H_i = 100$ mm). The moisture content of the samples was also determined to be 12.64% and 10.80% on dry basis using the procedure given by [13]. The densified briquettes energy and hardness were calculated using the expressions given by the authors [9,12,14]. The thickness of the densified briquettes was measured using a digital calliper. The data were evaluated using the SPSS software, version 24.

![Figure 1](image1.png)

**Figure 1.** Densified briquettes produced from the ground and unground hazelnut husks at different compaction forces.

3. Results and discussion

The briquettes compaction results of ground and unground hazelnut husks are presented in Table 1. In this study, the energy requirement for compaction or densification of the biomass materials was of the greatest importance [7,8,9]. The analysis of variance results showed that the applied force, material type and interaction had a significant effect ($P < 0.05$ or $F$-ratio $> F$-critical) on energy consumption of the briquettes densification as shown in Table 2. The ground hazelnut husks briquettes consumed more energy compared to unground hazelnut husks as displayed in Figures 2.

Statistically, the deformation and hardness parameters in relation to the applied force and the interaction (applied force and material type) were not significant, that is ($F$-ratio $< F$-critical or $P$-value $> 0.05$) as shown in Table 2. Generally, the corrected and/or whole model of the dependent variables namely energy, deformation, thickness and hardness in relation to the effects of the applied force, material type and interaction showed high values of the coefficients of determination ($R^2$) between 0.920 and 0.998. The data showed a normal distribution (Figure 3) suggesting that the preliminary data is reliable.
Table 1. Calculated amounts of densified briquettes of hazelnut husks (Mean ± Standard Deviation)

| Hazelnut husks | Forces (kN) | Energy (J) | Deformation (mm) | Thickness (mm) | Hardness (kN/mm) |
|----------------|-------------|------------|------------------|----------------|-----------------|
| Ground         | 100         | 1094.46±1.03 | 79.28±0.45       | 39.75±0.72     | 1.27±0.01       |
|                | 200         | 1689.61±31.52 | 79.63±6.48       | 33.07±1.03     | 2.53±0.21       |
|                | 300         | 2218.97±7.79  | 79.92±0.29       | 31.65±0.37     | 3.75±0.01       |
|                | 400         | 2602.32±50.66 | 80.80±6.07       | 30.48±0.11     | 4.97±0.37       |
| Unground       | 100         | 804.11±5.44   | 92.42±0.89       | 26.69±1.16     | 1.08±0.01       |
|                | 200         | 1276.39±8.74  | 93.45±2.16       | 22.91±0.16     | 2.15±0.05       |
|                | 300         | 1644.56±14.30 | 100.55±3.19      | 20.71±0.01     | 2.99±0.09       |
|                | 400         | 2002.76±76.86 | 97.17±1.34       | 20.18±0.30     | 4.12±0.06       |

Table 2. Statistical values of a Two-way ANOVA analysis of dependent variables

| Effect          | Dependent variables | df (-) | Sum of Squares | Mean sum of squares | F-ratio | P-value |
|-----------------|---------------------|--------|----------------|---------------------|---------|---------|
| Corrected/whole| Energy (J)          | 7      | 5036380.78a    | 719482.97           | 584.95  | < 0.05  |
|                 | Deformation (mm)    | 7      | 1107.75b       | 158.25              | 13.11   | < 0.05  |
|                 | Thickness (mm)      | 7      | 650.02c        | 92.86               | 232.42  | < 0.05  |
|                 | Hardness (mm)       | 7      | 26.31d         | 3.78                | 151.87  | < 0.05  |
| Forces          | Energy (J)          | 3      | 4091916.09     | 1363972.03          | 1108.92 | < 0.05  |
|                 | Deformation (mm)    | 3      | 50.73          | 16.91               | 1.40    | > 0.05  |
|                 | Thickness (mm)      | 3      | 150.36         | 50.12               | 125.44  | < 0.05  |
|                 | Hardness (mm)       | 3      | 24.81          | 8.27                | 334.34  | < 0.05  |
| Material type   | Energy (J)          | 1      | 881277.38      | 881277.38           | 716.49  | < 0.05  |
|                 | Deformation (mm)    | 1      | 1022.56        | 1022.56             | 84.71   | < 0.05  |
|                 | Thickness (mm)      | 1      | 494.28         | 494.28              | 1237.12 | < 0.05  |
|                 | Hardness (mm)       | 1      | 1.19           | 1.19                | 48.03   | < 0.05  |
| Forces*Material type | Energy (J) | 3      | 63187.32       | 21062.44            | 17.13   | < 0.05  |
|                 | Deformation (mm)    | 3      | 34.46          | 11.49               | 0.95    | > 0.05  |
|                 | Thickness (mm)      | 3      | 5.38           | 1.79                | 4.49    | < 0.05  |
|                 | Hardness (mm)       | 3      | 0.29           | 0.09                | 4.02    | > 0.05  |
| Error           | Energy (J)          | 8      | 9839.99        | 1229.99             | -       | -       |
|                 | Deformation (mm)    | 8      | 96.57          | 12.07               | -       | -       |
|                 | Thickness (mm)      | 8      | 3.21           | 0.40                | -       | -       |
|                 | Hardness (mm)       | 8      | 0.21           | 0.03                | -       | -       |
| Total           | Energy (J)          | 16     | 49489526.34    | -                   | -       | -       |
|                 | Deformation (mm)    | 16     | 124828.64      | -                   | -       | -       |
|                 | Thickness (mm)      | 16     | 13357.33       | -                   | -       | -       |
|                 | Hardness (mm)       | 16     | 156.79         | -                   | -       | -       |
| Corrected/whole total | Energy (J) | 15     | 5046220.78     | -                   | -       | -       |
|                 | Deformation (mm)    | 15     | 1204.32        | -                   | -       | -       |
|                 | Thickness (mm)      | 15     | 653.22         | -                   | -       | -       |
|                 | Hardness (mm)       | 15     | 26.49          | -                   | -       | -       |

df: degrees of freedom; \(^{a} R^2 = 0.998 (-); \(^{b} R^2 = 0.920 (-); \(^{c} R^2 = 0.995 (-); \(^{d} R^2 = 0.993 (-); \(^{e} \alpha \) is the significance level; \(F\)-critical = 4.07; \(F\)-ratio > \(F\)-critical or \(P\)-value < 0.05 indicates significant effect; \(F\)-ratio < \(F\)-critical or \(P\)-value > 0.05 indicates non-significant effect; \(F\)-ratio is the value of the \(F\) test (-). \(F\)-critical is the critical value that compares a pair of model (-); \(P\)-value is the significance level used for testing a statistical hypothesis (-); \(R^2\) is the coefficient of determination (-).
Figure 2. Energy and force relationship between ground and unground hazelnut husks briquettes

Figure 3. Normal probability plot of energy of ground and unground hazelnut husks briquettes
4. Conclusion
The energy requirements of briquettes produced from the ground and unground hazelnut husks were examined under compression loading. The applied force, material type and interaction had a significant effect on energy consumption for producing the briquettes. Higher energy was needed for ground hazelnut husks briquettes than unground hazelnut husks briquettes. The corrected model of energy, deformation, thickness and hardness in relation to the effects of the applied force, material type and interaction was highly significant at a 95% confidence interval or 5% significance level. The study on briquettes production from hazelnut husks and sunflower stalks is still ongoing where the first published results focused on ground hazelnut husks and ground sunflower stalks. In this document is discussed the second part of the results. The complete results, however, will take into consideration the varying effects of moisture content and particles size on energy requirement and other densification characteristics.

References
[1] Al-Widyan M I, Tashtoush G and Hamasha A M 2006 Combustion and emissions of pulverized olive cake in tube furnace Energ. Convers. Manage. 47 p 1588-96
[2] Kaliyan N and Morey R V 2010 Densification characteristics of corn cobs Fuel. Pro. Tech. 91 p 559-65
[3] Yumak H, Ucar T and Seyidbekiroglu N 2010 Briquetting soda weed (Salsola tragus) to be used as a rural fuel source Biomass Bioenergy 34 p 630-36
[4] Suhartini S, Hidayat N and Wijaya S 2011 Physical properties characterization of fuel briquette made from spent bleaching earth. Biomass Bioenergy 35 p 4209-14
[5] Dare P, Gifford J, Hooper R J, Clements A H, Damiano L F, Gong D and Matheson T W 2001 Combustion performance of biomass residue and purpose grown species Biomass Bioenergy 21 p 277-87.
[6] Guo L, Wang D, Tabil L G and Wang G 2016 Compression and relaxation properties of selected biomass for briquetting Biosyst. Eng. 148 p 101-10
[7] Mani S, Tabil L P and Sokhansanj S 2006 Specific energy requirement for compacting corn stover Bio. Tech. 97 p 1420-26
[8] Andrejko D and Grochowicz J 2007 Effect of the moisture content on compression energy and strength characteristic of lupine briquettes Int. J. Food Eng. 83 p 116-20
[9] Demirel C, Kabutey A, Herak D and Gurdil G A K 2017 Numerical estimation of deformation energy of selected bulk oilseeds in compression loading IOP Conf. Ser:Mat. Sci. Eng. 237 1 p 1-5
[10] Divisova M, Herak D, Kabutey A, Sigalingging R and Svatonova T 2014 Deformation curve characteristics of rapeseeds and sunflower seeds under compression loading Sci. Agric. Bohem. 45 3 p 180-6
[11] Kabutey A, Herák D, Dajbych O, Divisova M, Boatri W E and Sigalingging R 2014 Deformation energy of Jatropha curcas L. seeds under compression loading. Res. Agric. Eng. 60 p 68-74
[12] Herak D, Kabutey A Sedlacek A and Gurdil G A K 2012 Mechanical behaviour of several layers of selected plant seeds under compression loading Res. Agric. Eng. 58 1 p 24-9
[13] Blahovec J 2008 Agro. Study Guide. Prague, Czech University of Life Sciences Prague: 7 pp
[14] Chakespari A G Rajabiour A and Mobli H 2010 Strength behavior study of apples (cv. Shaft Abadi & Golab Kohanz) under compression loading. Mod. Appl. Sci. 4 7 p 173-82.

Acknowledgement
The research was financially supported by the Internal Grant Agency of Faculty of Engineering, Czech University of Life Sciences Prague, IGA 2018: 31130/1312/3110.